Treatment of Furcal Perforation of Primary Molars with ProRoot MTA versus Root MTA: A Laboratory Study

Roza Haghgoo¹*, Farid Abbasi²

¹ Department of Pediatric Dentistry, Dental School, Shahed University of Medical Sciences, Tehran, Iran; ² Department of Oral Medicine, Dental School, Shahed University of Medical Sciences, Tehran, Iran

ABSTRACT

Introduction: Furcal perforations are one of the most challenging causes of endodontic failures. Several materials including MTA have been used for non surgical repair of these perforations. The aim of this study was to compare treatment outcome of furcal perforation treatment in primary molars using Root MTA and ProRoot MTA. Materials and Methods: This in vitro study was conducted on 54 primary first molars that were randomly divided into the two experimental groups of 24 teeth each and two control groups (n=6). After preparation of access cavities, perforations were made and the perforation areas were repaired using either Root or ProRoot MTAs. After staining and preparation of mesiodistal longitudinal sections, dye leakage was measured using a stereomicroscope. The data was analyzed by the Mann Whitney statistical test. Significant level was set at 0.05. Results: The data indicated that the dye leakage of ProRoot MTA is significantly lesser than Root MTA (P=0.001). Conclusion: ProRoot MTA showed good sealing ability in repairing furcal perforations of primary molars.

Keywords: Dental Leakage; Endodontics; Mineral Trioxide Aggregate; Sealing Material

1. Introduction

One of the most important causes of failure in endodontic treatment is tooth perforations at different sites among which furcal perforations have the worst prognosis. Perforations of the pulp chamber space lead to inflammatory response in periodontium that may cause irreversible destruction of the periodontal ligament or even tooth loss [1]. Early treatment of perforations is therefore necessary for tooth retention [2]. Several materials have been suggested for repairing of furcal perforations such as amalgam, gutta-percha, cavit, composite resin, MTA, glass ionomer, super EBA, calcium hydroxide, and calcium enriched mixture [3]. The ideal material for treatment of root perforations must be non-toxic, radiopaque, bacteriostatic/bactericidal and unresorbable [4-5].

ProRoot MTA has an alkaline pH [5], and studies have shown that its performance in microleakage protection is superior to amalgam, IRM, and super EBA [3, 6, 7]. MTA has a low cytotoxicity [8], and good antibacterial properties [9, 10]. It is biocompatible and can induce osteogenesis and odontogenesis [7, 11-13].

Recently, Root MTA has been introduced (Tabriz, Iran) and shown similar characteristics to ProRoot MTA in-vitro and in-vivo [14-16]. Repairing of furcal perforations using Root MTA has previously been evaluated [1-3, 17-19]. However, none of these two materials have been used in primary molars. Accordingly, the purpose of this in vitro study was to compare the sealing ability of Root MTA and ProRoot MTA in repairing furcal perforations in primary molars.

2. Material and Methods

In this in vitro study, fifty-four maxillary and mandibular primary molars with completely formed roots were used. The furcation areas were healthy and had normal anatomy. The teeth were randomly divided into two experimental groups of 24 teeth each (12 upper molars and 12 lower molars, in each group), a negative control group (without perforations, n=3) and a positive control group (perforations without repair, n=3). The teeth were disinfected in 5% sodium hypochlorite solution for 30 min, then rinsed with water and preserved in saline. Roots of molars were amputated in the middle third area using a tapered diamond stone. An endodontic access
Table 1. Comparing maxillary and mandibular molars repaired with ProRoot and Root MTA

| MTA       | Jaw    | N  | Mean Rank | Sum of Ranks |
|-----------|--------|----|-----------|--------------|
| ProRoot   | Maxilla| 12 | 10.46     | 125.50       |
| ProRoot   | Mandible| 12 | 14.54     | 174.50       |
| Root      | Maxilla| 12 | 11.71     | 140.50       |
| Root      | Mandible| 12 | 13.29     | 159.50       |

Table 2. Comparing dye leakage with ProRoot and Root MTA

| MTA      | Mean Rank | Sum of Ranks |
|----------|-----------|--------------|
| ProRoot  | 14.42     | 346.00       |
| Root     | 34.58     | 830.00       |

3. Results

Of the three maxillary and mandibular molars in the positive control group, complete dye penetration was observed in all of the samples. Samples in the negative control group showed no dye penetration.

There were no significant differences between maxillary molars and mandibular molars repaired with either ProRoot MTA or Root MTA (Table 1). However, there was a significant difference (P=0.001) between Root MTA and ProRoot MTA in repair of furcal perforations (Mann Whitney U test) (Table 2), (Figures 1A, 1B).

4. Discussion

A primary molar tooth with inadequately repaired furcal perforation has a poor prognosis. Such perforations can be adequately treated surgically and non-surgically. The ideal material for repairing furcal perforations must be nontoxic, radiopaque, bacteriostatic/bactericidal [1]. MTA has been suggested for repair of perforations, since the sealing ability of MTA is superior to amalgam and super EBA [2]. As there are different brands of MTA, we tested Root MTA with an original brand for their sealing ability as perforation repair materials; Root MTA showed significant dye leakage. In a previous study by Labbaf et al., both Root MTA and ProRoot MTA were condensed by one operator under similar standardized conditions [18]. It was shown that Root MTA was not condensed evenly, and the ratio of powder to liquid, temperature and air entrapped into the mass, can affect the form of the material. Therefore, inadequate condensation of Root MTA may be related to particle size, and it is possible that remixing the material can lead to a more even mixture that can adequately seal the perforation area.

In a study by Bidar et al. furcal perforation treatment with Root MTA, ProRoot MTA and one coat bond was compared [2]. The results indicated that there were no significant differences between sealing ability of Root MTA, ProRoot MTA and one coat bond. However, since the study was carried out on permanent molars and stained using Indian ink, this may explain why the results differ compared to ours. In another study [19], histological assessment of furcal perforation repair using Root MTA and ProRoot MTA in dog’s mature teeth was performed. The results indicated that Root MTA was a suitable agent for sealing of furcal perforations. However, differences in histology of dog and human teeth may affect the results of this study.
Furcal perforation treatment

5. Conclusion

Based on the results of this in vitro study Root MTA is not a suitable substitute for ProRoot MTA in repairing of furcal perforations of primary molars.

Conflict of Interest: ‘None declared’.

References

[1] Silveira CMM, Sánchez-Ayala A, Lagravère MO, Pilatti GL, Comes OMM. Repair of furcal perforation with mineral trioxide aggregate: long-term follow-up of 2 cases. J Can Dent Assoc. 2008;74(8):729.

[2] Bidar M, Dysfani R, Gharehchaghi M, Tabatabaïi R. Laboratory evaluation of microleakage of one coat bond, Root MTA, ProRoot MTA in restoring of furca perforation. J Dent Isfahan Uni Med Sci. 2007;3:76-81.

[3] De-Deus G, Petruccelli V, Gurgel-Filho E, Coutinho-Filho T. MTA versus Portland cement as repair material for furcal perforations: a laboratory study using a polymicrobial leakage model. Int Endod J. 2006;39(4):293-8.

[4] Samiee M, Eghbal MJ, Parirokh M, Abbas FM, Asgary S. Repair of furcal perforation using a new endodontic cement. Clin Oral Investig. 2010;14(6):653-8.

[5] Torabinejad M, Hong CU, McDonald F, Pitt Ford TR. Physical and chemical properties of a new root-end filling material. J Endod. 1995;21(7):349-53.

[6] Daoudi M, Saunders WP. In vitro evaluation of furcal perforation repair using mineral trioxide aggregate or resin modified glass ionomer cement with and without the use of the operating microscope. J Endod. 2002;28(7):512-5.

[7] Holland R, Bisco Ferreira L, de Souza V, Otoboni Filho JA, Murata SS, Dezan E. Reaction of the lateral periodontium of dog’s teeth to contaminated and noncontaminated perforations filled with mineral trioxide aggregate. J Endod. 2007;33(10):1192-7.

[8] Ghoddusi J, Tavakkol Afshari J, Donyavi Z, Brook A, Disfani R, Esmaeeizadeh M. Cytotoxic effect of a new endodontic cement and mineral trioxide aggregate on L929 line culture. Iran Endod J. 2008;3(2):17-23.

[9] Torabinejad M, Hong C, Ford T, Kettering J. Antibacterial effects of some root end filling materials. J Endod. 1995;21(8):403-6.

[10] Al-Hezaimi K, Al-Shalan TA, Naghshbandi J, Oglesby S, Simon JHS, Rotstein I. Antibacterial Effect of Two Mineral Trioxide Aggregate (MTA) Preparations Against Enterococcus faecalis and Streptococcus sanguis In Vitro. J Endod. 2006;32(11):1053-6.

[11] Oliveira MG, Xavier CB, Demarco FF, Pinheiro AL, Costa AT, Pozza DH. Comparative chemical study of MTA and Portland cements. Braz Dent J. 2007;18(1):3-7.

[12] Yildirim T, Gençoğlu N, Firat I, Perk C, Guzel O. Histologic study of furcation perforations treated with MTA or Super EBA in dogs’ teeth. Oral Surg, Oral Med, Oral Pathol, Oral Radiol, and Endod. 2005;100(1):120-4.

[13] Noetzel J, Özer K, Reisshauer BH, Anil A, Rössler R, Neumann K, Kielbassa AM. Tissue responses to an experimental calcium phosphate cement and mineral trioxide aggregate as materials for furcation perforation repair: a histological study in dogs. Clin Oral Investig. 2006;10(1):77-83.

[14] Nasari Moghaddam K, Ghazanfari T, Mohamadi Basir M, Emadi M. Laboratory comparison of cellular cytotoxic of Iranian and Original MTA on mononuclear cells of peripheral blood. J Rafsangan Uni Med Sci. 2006;4(4).

[15] Sadr Laihijani M, Abedini R, Kahakseri M, Shojaeerah R, Shadkam Farrokhi A, Raof Kateb H. Comparison of biocompatibility of foreign MTA (Proroot) and Iranian MTA (Root) in rat. J of Dent School. 2005;23(1):80-7.

[16] Haghgoo R, Abbasi F. Clinical and Radiographic Success of Pulpotomy with MTA in Primary Molars: 30 Months Follow up. Iran Endod J. 2010;5(4):157-60.

[17] Guerreiro-Tanomaru JM, Duarte MA, Goncalves M, Tanomaru-Filho M. Radiopacity evaluation of root canal sealers containing calcium hydroxide and MTA. Braz Oral Res. 2009;23(2):119-23.

[18] Labbaf H. Nazari moghaddam K, Honardar K. An Invitro Study on Microleakage of Root MTA, Proroot MTA in Furcation Perforation repair of human molar teeth. J Rafsangan Uni Med Sci. 2007;6(1):61-6.

[19] Rahimi S, Jodeiri B. A comparative histologic study on furcal perforation repair with Root MTA and Pro Root MTA in fully developed teeth in dog. J Dent Med. 2013;8(2):52-4.

Please cite this paper as: Haghgoo R, Abbasi F. Comparison of ProRoot MTA and Root MTA in Repairing of Furcal Perforation of Primary Molars: A Laboratory Study. Iran Endod J. 2013;8(2):52-4.